# Stability of hexagonal solidi cation patterns 

$M$ athis $P$ lapp and $M$ arcus $D$ ein ek<br>Laboratoire de Physique de la M atiere Condensee, CNRS/Ecole P olytechnique, 91128 P alaiseau, France<br>(D ated: A pril 14, 2024)


#### Abstract

W e investigate the dynam ics of cellular solidi cation pattems using three-dim ensional phase- eld sim ulations. T he cells can organize into stable hexagonal pattems or exhibit unsteady evolutions. W e identify the relevant secondary instabilities of regu lar hexagonalarrays and nd that the stability boundaries depend signi cantly on the strength of crystalline anisotropy. W e also nd multiplet states that can be reached by applying well-de ned perturbations to a pre-existing hexagonal array.


## I. INTRODUCTION

H exagonalpattems arise in $m$ any non-equilibrium system sw hen a tw o-dim ensionaltranslationalsym m etry isbroken by a dynam ic instability [1] $\left[\begin{array}{l}1 \\ 1\end{array}\right]$. W ell-known exam ples are $B$ enard $M$ arangoni convection or Faraday surface $w$ aves. In directional solidi cation, where ally sam ples are pulled with a xed speed $V$ in an extemally im posed tem perature gradient $G$, the planar solidi cation front becom es unstable above a critical value of the ratio $V=G . C$ lose above this threshold, the front develops shallow cells that often form regular hexagonal arrays $\overline{p_{1}^{\prime \prime}}$, deepen and eventually form dendrites $w$ th lateralbranches. Besides the interest of this sequence of $m$ onphological transitions as a m odel system for the physics of pattem form ation $\left[\begin{array}{l}4 \\ \hline\end{array}\right]$, it also has practical im portance because the m orphology of the solidi cation front determ ines the spatial distribution of alloy com ponents and defects in the solidi ed $m$ aterial that, in tum, in uence its m echanicalproperties.

W e focus here on two issues: the in uence of crystalline anisotropy on pattem selection, and the existence of
 (2D ), both in thin-sam ple experim ents [ $\underline{5}_{1,1}^{\prime}$ The situation is less clear in three dim ensions (3D), where the analysis of experim ental data m ust account for the presence of convection in the bulk liquid, and num erical investigations have so far been restricted to rather short
 scale sim ulation algorithm [13] to perform extensive quantitative 3D sim ulations of a sym $m$ etric $m$ odel of directional solidi cation.

T he in uence of crystallographic e ects on solidi cation pattems was already notioed in early experim entalstudies [2, risin. It is by now w ellestablished that for freely grow ing dendrites, pattem selection is govemed by sm allanisotropies of the solid-liquid surface tension and interface kinetics. M ore surprisingly, it w as recently show $n$ that anisotropy plays a crucial role even close above the instability threshold in directional solidi cation, where the cell shapes are round
 interface is controlled by the orientation of the crystalw ith respect to the sam ple plane [6]. Stable and regular steady states are obtained only for su ciently strong anisotropy; for weak anisotropy, cells may split in tw o or disappear, and the solidi cation front never reaches steady state. In num erical sim ulations w ithout anisotropy, cells are stable only in a narrow param eter range close to the onset of the prim ary instability; when anisotropy is included, stable solutions exist even far from threshold [il]. H ere, we investigate in detail the stability of three-dim ensionalhexagonal cells and identify the relevant secondary instabilities. W e nd that the anisotropy has the sam e strong e ect on array stability as in 2D.

Furtherm ore, we nd triplet solutions; that is, groups of three cells that grow w ith their tips close together. This is the 3D equivalent of doublet ngers found in 2D both in experim ents and sim ulations [51, $\eta_{1}^{\prime \prime}$ " structures have been found in sim ulations of free grow th in a channel [1] $\left.1_{1}^{1}\right]$, and as transients in experim ents [14]. In our sim ulations, triplets can be generated in a controlled m anner starting from a pre-existing hexagonal array.

## II. MODELAND IM PLEMENTATION

An alloy of overall com position $c_{0}$ is pulled $w$ ith velocity $V$ in a linear tem perature eld with its gradient $G$ directed along the $z$ axis. In the fram e of the sam ple, the temperature is given by $T=T_{0}+G(z \quad V t)$, $w h e r e$ solidi cation starts at $t=0$ from a at equilibrium interface oftem perature $T_{0}$ at $z=0$. This is the so-called frozen tem perature approxim ation, valid for slow solidi cation and sim ilar them alconductivities ofboth phases. T he phase eld distinguishes betw een solid $(=1)$ and liquid ( $=1$ ) The concentration jump betw een solid and liquid $c$ is assum ed constant. Instead of the concentration eld, which exhibits rapid variations across the interface, the

TABLE I: Sim ulation param eters. For all sim ulations, $\mathrm{W}_{0}=1, \mathrm{D}=2$, the grid spacing is $\mathrm{x}=0.8$ and the tim estep $\mathrm{t}=0: 05$. To obtain a \physical" capillary anisotropy ${ }_{4}$, a slightly higher value ${ }_{4}^{0}$ has to be used in the $m$ odel to correct for grid e ects (see Ref. [12]).

$$
\begin{array}{ccccc}
4 & 0 & & 0 & \\
0.00 & 0.0029 & 3.482 & 1.018 & -0.0180 \\
0.01 & 0.0129 & 3.407 & 0.9965 & 0.00345 \\
0.02 & 0.0231 & 3.330 & 0.975 & 0.0255 \\
0.03 & 0.0334 & 3.262 & 0.955 & 0.0472
\end{array}
$$

dim ensionless eld $u=\binom{\mathrm{c}}{\mathrm{C}}=\mathrm{c} \quad(1+\quad)=2$ is used. It is constant for an equilibrium interface and hence equivalent to a chem ical potential. The tim e evolution of the elds is given by

$$
\begin{gather*}
(\hat{\mathrm{r}}) \varrho=\underline{F[; \mathrm{u}]} ;  \tag{1}\\
\varrho_{\mathrm{t}} u=D r^{2} u+\varrho_{t}=2 ; \tag{2}
\end{gather*}
$$

$w$ here $\hat{n}=r=j \quad j$ is the unit nom al to the interface, ( $\hat{r}$ ) is an orientation-dependent relaxation tim $\mathrm{e}, \mathrm{D}$ is the solute di usivity, and $\mathrm{F}=$ denotes the functional derivative of the Lyapounov functional

$$
\begin{equation*}
F=\int_{V}^{Z} \frac{W(\hat{n})^{2}}{2}(r)^{2}+f()+g() \quad u \quad \frac{z V t}{l_{F}} ; \tag{3}
\end{equation*}
$$

where $W$ ( A ) is the orientation-dependent interface thickness, $l_{T}=m \quad C=G$ is the therm al length $w$ ith $m$ being the liquidus slope in the phase diagram, and $f()=r^{2}=2+{ }^{4}=4$ is a doublew ellpotential. Thequantity $u \quad(z \quad V t)=1$ is the local supersaturation, and its product w ith $g()=\quad 2^{3}=3+{ }^{5}=5$ introduces a free energy di erence betw een the tw o phases by tilting the double well, which provides the driving force for the phase transform ation. A nisotropic surface tension $w$ th cubic sym $m$ etry and one principal axis aligned $w$ th the grow th direction is im plem ented by
 equivalent to the classic free-boundary problem ofsolidi cation, in which $u$ satis es the di usion equation in solid and liquid, the Stefan condition at the interface, $V_{n}=\hat{n} \mathbb{D r u j ~ D r u j ] , w h e r e ~} V_{n}$ is the nom alvelocity of the interface, and the gradients of $u$ are evaluated on the solid and liquid side of the interface, and the generalized $G$ ibbs-T hom son condition at the interface,

$$
\begin{equation*}
u_{\text {int }}=\frac{z_{\text {int }} V t}{l_{T}} \omega_{i=1}^{X^{2}} a(\hat{n})+@_{i}^{2} a(\hat{n}) \quad i \quad(\hat{\mathrm{n}}) V_{n} ; \tag{4}
\end{equation*}
$$

where $i$ are the local angles between $\hat{n}$ and the tw o local principal directions on the interface, $i$ are the principal curvatures, $\mathrm{d}_{0}=\mathrm{a}_{1} \mathrm{~W} 0=$ is the capillary length, and $\left.(\mathrm{A})=\mathrm{a}_{1}=\left(\begin{array}{lll}\mathrm{W} & )\end{array}\right] \quad \mathrm{a}_{1} \mathrm{~W}^{2}=(\mathbb{D} \quad)\right]$ is the kinetic coe cient, $w$ ith $a_{1}=5 \quad \overline{2}=8$ and $a_{2}=0: 6267$. Taking into account grid corrections as explained in detail in $R$ ef. $[\overline{1} \overline{2}]$, the interface kinetics can be elim inated $(=0)$ by setting $(\hat{r})=0\left(\begin{array}{ll}1 & 3\end{array}\right)\left[\left(1+4 \quad\left(\begin{array}{l}4 \\ \mathrm{x}\end{array} \mathrm{n}_{\mathrm{y}}^{4}+\mathrm{n}_{\mathrm{z}}^{4}\right)=\left(\begin{array}{ll}1 & 3\end{array}\right)\right]\right.$ and by choosing speci c values for the constants 0 , , and that depend on D, the capillary anisotropy 4 and the discretization; the values used for our sim ulations are listed in table in in .
$T$ he involved physical length scales are the them al length $l_{F}$, the di usion length $l_{D}=D=V$, and the capillary length $d_{0}$. The stability of a planar interface is controlled by the param eter $=l_{\mathrm{f}}=\mathrm{l}_{\mathrm{b}}$. In experim ents, is usually varied by changing $V$ at xed $G$; in the simulations, it is more e cient to vary $G$, and hence $l_{T}$ at $x e d d_{0}=l_{b}$. Typical experim ental values for $d_{0}=b_{b}$ are of the order $10^{4}$. H ow ever, due to com putational constraints, such sm all values are too costly to sim ulate. Indeed, convergence of the phase-eld $m$ ethod requires $W=l_{D} \quad 1$ and $V=W<1$. $T$ he latter, combined $w$ ith the requirem ent $=0$ (that is, $\left.D=W{ }^{2} \quad W=\varnothing\right)$, $y$ ields $W=l_{\varnothing}<\overline{d_{0}=l_{D}}$. Since the discretization is on the scale of $W$, whereas typical cell sizes are of order $l_{p}$ or larger, the required num ber of grid points increases when $d_{0}=l_{b}$ decreases. For the value $d_{0}=l_{b}=2: 5 \quad 10^{2}$ used in m ost of our sim ulations, the m onphological instability occurs at ${ }_{c}=3: 75$ (instead of ${ }_{c}=2$ in the lim it $d_{0}=l_{b}$ ! 0 ).

T he above $m$ odel has parallel liquidus and solidus lines and equal di usivities in the solid and the liquid, whereas alloys exhibit strongly di erent di usivities in the two phases and a tem perature-dependent concentration jump. $N$ evertheless, this $m$ odel has been show $n$ to reproduce even com plex qualitative features of pattem selection that are seen in 2D experim ents [ of directional solidi cation, despite recent advances on $m$ ore realistic alloy $m$ odels [1] $\overline{1}_{1}^{1}$ ].


F IG . 1: Evolution of cellular pattems for $=12: 5$ and (a) $4=0: 03$ and (b) $4=0: 02$. Left: top view $s$ of the grow th front at $t D=l_{b}^{2}=320,640$, and 1996:8 (the greyscale is proportional to the surface height; box size: $L_{x}=l_{D}=L_{y}=l_{D}=12: 8$ ); right: 3D view of the interface at the end of the run.

## III. INFLUENCEOFANISOTROPY

Sim ulations begin $w$ ith an unstable planar steady-state interface, and num erical noise triggens the m orphological instability. T he subsequent evolution of the front dram atically depends on the anisotropy strength. For an anisotropy of ${ }_{4}=0: 03$, som e of the initial cells are elim inated, but m ost survive, becom e stable, and slow ly drift over sm all distances until they form a perfectly regular lattice ( $F$ ig. ${ }_{1}^{111} a$ ). In other runs, hexagonal arrays with defects are form ed; in all cases, the interface shape converges to a stable steady-state solution. In contrast, for a slightly low er anisotropy ( ${ }_{4}=0: 02$ ) w ith otherw ise identical conditions, the cells do not reach steady-state, and cell-elim ination


A sa rst step tow ard the understanding of pattem selection, we investigate the stability of regular hexagonalarrays. W e start from in itial conditions as described in Fig. $\overline{1}$ ind allow the cells to reach steady state at $m$ oderate values of
. Then, we increase in sm all steps until a secondary instability threshold is reached. T w o di erent instabilities are encountered. For large spacings, the cells oscillatepand form a superlattioe pattem show in F ig. ${ }_{\mathrm{I}}^{\mathrm{I}} \mathrm{I}$. T hree equivalent sublattices of hexagonal sym $m$ etry em erge, with $\overline{3}$ tim es larger spacing than the basic pattem. All cells on each sublattice oscillate in phase with an exponential grow th in am plitude over tim e. Eventually, the cells tip-split, and the subsequent dynam ics is unsteady and sim ilar to Fig. 1 located on the sam e sublattice fallbehind the others and are overgrown. T he subsequent evolution is again unsteady. Finally, for very close to the onset of the prim ary instability, a few exam ples of isolated cell elim inations occurred that are probably the signature of an E ckhaus instability.

The geom etry of the instability m odes is entirely determ ined by the underlying hexagonal sym $m$ etry of the in itial pattem [1]]. Sim ilar superlattioe oscillations have been reported in sim ulations oftw o-dim ensionalam plitude equations $\left[1 \overline{7}_{1}, 1,1\right]$ F igure, show s the stability boundaries of oscillatory and cell elim ination instabilities com puted for several values of 4. W hereas the cell elim ination $m$ ode is only weakly sensitive to anisotropy, the critical cell spacing for the onset of the oscillatory $m$ ode is strongly anisotropy-dependent. W ithout anisotropy, the stability boundaries of the oscillatory and cell elim ination m odes cross and no stable states were found for $>9$. For $4=0: 01$, a narrow range of stable states $w$ as found to extend to the largest values of investigated; this stable band becom es larger with increasing an isotropy. These ndings correlate well w ith the overall behavior of the large-scale runs of $F$ ig. $1 \mathbf{1} 1$, depicted in the inset of Fig. available.

Rem arkably, the structure of the stability diagram is identical to the one obtained for 2D in Ref. [8ili]. The cell elim ination and celloscillation $m$ odes found here for hexagonalarrays are the equivalent of the well-know $n$ steady and oscillatory period-doubling instabilities found in 2D system s. To further investigate this sim ilarity, we have perform ed tw o-dim ensional sim ulations of our phase- eld $m$ odel and found that, for xed sim ulation param eters, the stabillty


F IG . 2: Left: sketch of the sim ulated geom etry: in a box of lateral size $L_{x} L_{y}$ with periodic boundary conditions, $m$ row of $n$ cells $m$ ay be generated by starting from $a$ at surface perturbed by the superposition of three plane $w$ aves; $w e d e n e a=L x=n$ and $b=L_{y}=m$. R ight: snapshot of an oscillatory instability that develops spontaneously in $a$ box $w$ ith 24 cells ( $m=4, n=6$ ) for $=5: 4, a=l_{D}=3: 307, b=l_{D}=2: 880$, and ${ }_{4}=0: 01$.


FIG. 3: M ain plot: stability boundaries for hexagonal arrays for di erent anisotropies: 0\% (circles), 1\% (squares) $2 \%$ (diam onds), and 3\% (triangles). H exagonal arrays are stable betw een the lim its of cellelim ination (dotted lines and open sym bols) and oscillations (dash-dotted lines and full sym bols). T he full line is the neutralstability line of the prim ary instability. Inset: behavior of large runs started from a at surface. F illed squares: stable hexagons, open circles: unsteady evolution, dashed line: prim ary instability threshold.
diagram $s$ in 2D and 3D are not identical; how ever, the critical spacings for the onset of instability di er by less than 20\% in all cases investigated.
IV. OTHER INSTABILITY M ODES

To investigate how the spatial structure of the oscillatory modes depends on the sym $m$ etry of the underlying steady-state solution, sim ulations starting from elongated hexagons were perform ed. By varying the aspect ratio of the sim ulation box, pattems ranging from row of elongated hexagons ( $b=a>3 \overline{3}=2$ ) over sym $m$ etric hexagons $(b=a=\bar{P}=2)$ to squares $(b=a=1=2)$ can be generated. For a square lattice, there are only tw o equivalent sublattices, and a tw o-sublattice oscillation mode em erges. For row s ofelongated hexagons, close to a one-dim ensionalsym m etry,

 corresponds to regular hexagons, the dotted line to squares.


F IG . 5: Triplets at $=12: 5, \mathrm{a}=l_{D}=5: 333, \mathrm{~b}=l_{D}=4: 640$, and ${ }_{4}=0: 02$. Six cells were sim ulated and the nal picture was replicated four tim es to yield a clearer view.
in-phase oscillations of entire row s occur. For strongly elongated hexagons, a tilt instability is found that corresponds to a breaking of the parity sym $m$ etry: the cells becom e asym $m$ etric and drift along their longer axis. H ow ever, these states are unstable w th respect to subsequent oscillations. Figure $\overline{4} \overline{1} 1$ show $s$ the sym $m$ etry of the fastest instability in the plane of the two lengths a and b de ned in Fig. $\bar{W} . \mathrm{W}$ e nd a balloon of stable arrays consisting of regular or slightly elongated hexagons.
V. TRIPLETS

To search form ultiplet states, we use a procedure inspired by the experim entalm ethod used in Ref . $\left[_{1}\right]$ to create doublets in thin-sam ple directional solidi cation. A UV-absorbing laser dye was used as solute, and by illum inating the sam ple w ith UV light through a mask, the tem perature eld was perturbed for a lim ited tim ew ith a well-de ned spatial pattem. W e im plem ent a sim ilar procedure by adding to the tem perature eld a perturbation $T(x ; y)$ that has the sym $m$ etry of one of the three sublattices of $F$ ig. $\overline{1 \prime}$, and whose $m$ in im a are located over the \holes" betw een three øells. This prom otes the grow th of the surrounding œlls, and their tips approach each other to form triplet ngers. O nce the perturbation is sw itched o , the system relaxes to triplet states that rem ain stable for the duration of our sim ulations for large enough and large wavelengths ( $F$ ig. sim ilar to the usual cells, but no detailed investigation was carried out. Triplets never appeared spontaneously in our sim ulations: only unsteady evolutions resulted from random initial conditions, even for control param eters for which stable triplet states exist.

## VI. CONCLUSION

W e have studied the stability of hexagonalarrays and triplet ngers, and found that the crystalline anisotropy plays a crucial role in determ ining the stabilly bounds. Rem arkably, despite the cubic sym $m$ etry of the anisotropy, the selected pattems are hexagonal, while square arrays are alw ays unstable. Square cellular states have been calculated long ago using a num erical schem e valid only for shallow cells [11]. H ow ever, the geom etry of the used sim ulation cell suppresses all large-scale oscillatory $m$ odes, such that no conclusion about their stability can be draw $n$. N evertheless, the existence of other than hexagonal pattems cannot be ruled out in general, since it is known that the weakly nonlinear behavior of solidi cation fronts strongly depends on the alloy characteristics $\left[\begin{array}{ll}1 \\ 1\end{array}\right]$, and we have not carried out an exhaustive survey of the (large) param eter space.

The $m$ ain approxim ations $m$ ade in the present work are the constant concentration jum $p$, the equal solute diusivities, and the large value of $d_{0}=l_{b}$. The two rst can be easily levied by the use of a m ore general model fī the third rem ains a serious com putational challenge. W e expect $m$ ost of our results to rem ain qualitatively valid for $m$ ore realistic system $s$, since they depend only on the the underlying sym $m$ etries and the stability of the cell tips. In that sense, it is interesting to note that unsteady evolutions sim ilar to Fig. In ind and transient isolated m ultiplets have recently been observed in 3D experim ents on transparent alloys [14].

A cknow ledgm ents
$W$ e thank $V$ incent $F$ leury for $m$ any usefiul discussions. This work was supported by Centre $N$ ational d'Etudes Spatiales, France.
[1] C ross M . C ., and H ohenberg P.C., Rev.M od. Phys. 65, 851 (1993).
[2] R utter J.W ., and C halm ers B ., C an. J. Phys. 31, 15 (1953).
[3] T iller W . A ., and R utter J. W ., C an. J. Phys. 34, 96 (1956).
[4] C aroli B ., C aroli C ., and R oulet B ., in Solids far from equilibrium, edited by C. G odreche, C am bridge U niversity P ress, C am bridge (1991).
[5] Jam gotchian H., TrivediR ., and B illia B ., Phys. Rev.E 47, 4313 (1993).
[6] A kam atsu S., and Faivre G ., Phys. Rev.E 58, 3302 (1998).
[7] Losert W ., Stillm an D.A., Cum m ins H. Z., K opczynskiP., RappelW .J., and K arm a A., Phys. Rev.E 58, 7492 (1998).
[8] K opczynskiP., R appelW .J., and K am a A ., Phys. Rev. Lett. 77, 3387 (1996).
[9] K opczynskiP., R appelW .J., and K am a A., Phys. Rev.E 55, R 1282 (1997).
[10] G rossm ann B., E lder K . R ., G rant M ., and K osterlitz J. M ., P hys. R ev. Lett. 71, 3323 (1993).
[11] A belT , B rener E., and M ullerK rum bhaar H , Phys. Rev. E 55, 7789 (1997).
[12] K am a A ., and R appelW .J., Phys. Rev.E 53, R 3017 (1996); ibid. 57, 4323 (1998).
[13] P lapp M ., and K am a A., Phys. R ev. Lett. 84, 1740 (2000); J. C om p. Phys. 165, 592 (2000).
[14] N oelN ., Jam gotchian H ,, and B illia B ., J. C ryst. G row th 181, 117 (1997).
[15] K am a A ., Phys. Rev. Lett. 87, 115701 (2001).
[16] P irat C ., and G il L., P hysica D 179, 92 (2003).
[17] D aum ont I., K assner K ., M isbah C ., and Valance A., Phys. Rev.E 55, 6902 (1997).
[18] K assner K ., D ebierre J.M ., B illia B ., N oelN , and Jam gotchian H., Phys. R ev.E 57, 2849 (1998).
[19] W agner C., M uller H.W ., and K norr K ., Phys. Rev.E 62, R 33 (2000).
[20] R ogers J.L., Schatz M . F., B rausch O ., and P esch W ., Phys. Rev. Lett. 85, 4281 (2000).
[21] M CFadden G .B., B oisvert R.F., and C oriell S.R., J. C ryst. G row th 84, 371 (1987).

